# Q uadrupolar Frustration in Shastry-Sutherland Lattice of D yB ${ }_{4}$ Studied by R esonant X -ray Scattering 

D aisuke O kuyama, TakeshiM atsumura, H ironorin akao and Youichim urakami
D epartm ent of P hysics, G raduate School of Science, T ohoku U niversity, Sendai 980-8578
(R eceived M arch 23, 2024)


#### Abstract

W e have observed geom etrical frustration of quadrupolar and $m$ agnetic $m$ om ents in dysprosium tetraboride, $\mathrm{D}_{\mathrm{yB}}^{4}$, where the rare-earth sites form a Shastry-Sutherland lattice. R esonant $X$ ray scattering at the $L_{\text {III }}$ absonption edge ofD $y$ w as utilized. A nalysis of the energy, polarization, tem perature, and azim uthal-angle dependences of the E 1 resonance of the ( 100 ) forbidden re ection show that the $m$ agnetic and quadrupolar com ponents $w$ ith in the frustrated c plane have a short-range correlation, suggesting that the $m$ om ents are uctuating. In contrast, the basic antiferrom agnetic com ponent along the c-axis has a long-range order.


KEYW ORD S: geom etrical frustration, $\mathrm{D} \mathrm{yB}_{4}$, resonant X-ray scattering, quadnupole order, uctuation
$M$ agnetic $m$ aterials $w$ th geom etrically frustrated $m$ agnetic interactions exhibit a $w$ ide variety of intriguing phenom ena caused by uctuating spins that cannot order down to very low tem peratures. For exam ple, hexagonal $A X_{3}$ ( $\mathrm{A}=$ alkalim etal, $\mathrm{B}=$ transition m etal, $\mathrm{X}=$ halogen) com pounds such as $C$ sCoC $l_{3} w$ ith a triangular lattice of Ising spins exhibit an unusual antiferrom agnetic state in which one of its three sublattioes is disordered. ${ }^{1}$ Frustrations in kagom e and pyrochlore lattices o er a platform where a m acroscopic num ber of spin con gurations are degenerate, giving rise to short-range correlated uctuating spins called spin liquid states. ${ }^{2}$ These exotic phenom ena are caused, of course, by the spin degree of freedom of the $m$ agnetic ions. On the other hand, there are only a few exam ples that suggest frustration of the orbital degree of freedom. In LiN in 2 and $\mathrm{FeSC}_{2} \mathrm{~S}_{4}$, for exam ple, their anom alous $m$ agnetic properties are interpreted in association $w$ th the orbital frustration. ., 4 H ow ever, to the best of our know ledge, there has been no experim ent in which the frustrated orbitals were observed directly by an orbital-sensitive $m$ ethod. In this letter, we present direct evidence for uctuating quadrupolar and $m$ agnetic m om ents in a rare-earth com pound, $\mathrm{D}_{\mathrm{yB}}^{4}$, which has a Shastry-Sutherland-type geom etrical frustration. ${ }^{5}$
$R$ are-earth tetraborides, $\mathrm{RB}_{4}$, have been attracting grow ing interest as a system in which the rare-earth network involves a geom etrical frustration. The $R$ ions are at the 4 g sites of the tetragonal space group of $4=\mathrm{m} \mathrm{lom}$ : $R_{1}=\left(x ; x+\frac{1}{2} ; 0\right), R_{2}=\left(\frac{1}{2} x ; x ; 0\right), R_{3}=\left(x ; \frac{1}{2} x ; 0\right)$, and $R_{4}=\left(\frac{1}{2}+x ; x ; 0\right), w$ th $x=0: 3175$ for $\mathrm{D}_{\mathrm{yB}}^{4}{ }^{6}$. This is equivalent to the Shastry-Sutherland lattioe as illustrated in the inset of $F$ ig. 1 (b). ${ }^{5}$ It is noted that the nearest-neighbor and next nearest-neighbordistances di er only by $0.33 \%$ and that the $\mathrm{Dy}^{3+}$ ion has a huge $m$ agnetic $m$ om ent of 10 в. Therefore, the ShastrySutherland lattice of Dy can be regarded as a combination of triangles and squares of classical m om ents. In addition, an orbital degree of freedom is active in D yB 4 as described next. C onsequently, the w ay of rem oving frustration in $\mathrm{DyB}_{4}$ is expected to be di erent from

[^0]the orthogonal dim er system of quantum spins such as $\mathrm{SrCu}_{2}\left(\mathrm{BO}_{3}\right)_{2}$, where the frustration can be rem oved by m aking spin-singlet dim ers. ${ }^{8,9}$

The physicalproperties ofD $\mathrm{yB}_{4}$ have been studied intensively by W atanuki et al. ${ }^{6,7}$ Two phase transitions take place, at $\mathrm{T}_{\mathrm{N} 1}=20: 3 \mathrm{~K}$ and at $\mathrm{T}_{\mathrm{N} 2}=12: 7 \mathrm{~K}$. Below $\mathrm{T}_{\mathrm{N} 1}$, it is established by neutron pow der di raction that an antiferrom agnetic order takes place w ith the m agnetic $m$ om ents aligned along the $c$ axis; those on $\mathrm{Dy}(1)$ at $R_{1}$ and $D y(2)$ at $R_{2}$ are directed upw ards and those on D y (3) at $\mathrm{R}_{3}$ and $\mathrm{D} y(4)$ at $\mathrm{R}_{4}$ dow nw ards. A s a result, forbidden (odd 00 ) re ections arise, but unit alls do not change. $W$ hat is intriguing is that the $\mathrm{C}_{44} \mathrm{~m}$ ode of the elastic constant keeps softening even below $\mathrm{T}_{\mathrm{N} 1}$. The softening, which follows the norm al Curie law in phase I ( $\mathrm{T} \mathrm{T}_{\mathrm{N} 1}$ ) that indicates a quadrupolar degeneracy, is even $m$ ore enhanced in phase II ( $\mathrm{T}_{\mathrm{N} 2} \quad \mathrm{~T} \quad \mathrm{~T}_{\mathrm{N} 1}$ ). M oreover, in phase II, strong ultrasonic attenuation occurs, suggesting uctuation of the quadrupolarm om ents. SpeCi c heat $m$ easurem ent show $s$ that the entropy of $R \ln 2$ and $R \ln 4$ is released at $\mathrm{T}_{\mathrm{N} 2}$ and at $\mathrm{T}_{\mathrm{N} 1}$, respectively, w ith increasing tem perature. T herefore, the ground state is a pseudo-quartet $w$ ith quadrupolar degeneracy, which is som ehow not lifted even in phase II. In phase III ( $\mathrm{T} \mathrm{T}_{\mathrm{N} 2}$ ), the ultrasonic attenuation and softening stop; neutron pow der di raction suggests that a c-plane $m$ agnetic com ponent arises in phase III. ${ }^{10}$ These anom alous behaviors strongly suggest that phase II is not a nom al antiferrom agnetic state and that there rem ains uctuating quadrupolar and $m$ agnetic $m$ om ents, as rst pointed out by W atanukiet al.?

In order to investigate phases II and III of $\mathrm{DB}_{4}$, we have utilized resonant $X$-ray scattering (RXS), which has been developed as a powerfiul tool to probe both quadrupolar and $m$ agnetic $m$ om ents. ${ }^{11}$ Since RXS m easures the average structure of the relevant $m$ om ents in a very short tim e scale determ ined by the lifetim e of the interm ediate state ( $10^{15} \mathrm{sec}$ ), it would be possible to observe a snapshot of the correlated $m$ om ents if the uctuation rate is slower than the tim e scale of the observation. In the present experim ent, we have detected a broadened forbidden re ection, indicating a short-ranged


Fig. 1. Incident energy dependences of the peak-top intensity of the $\left(\begin{array}{lll}1 & 0 & 0\end{array}\right)$ re ection for $-{ }^{0}$ at (a) $=0$ and (b) $=90$. The peak around 7.824 keV for $=0$ is due to the multiple scattering. The top gure show sthe uorescence spectrum. The inset show s the D y lattice; the nearest neighb or bonds are show $n$ by the thick lines.
quadrupolar and $m$ agnetic order.
A single crystal of $\mathrm{DyB}_{4}$ was grown by the oating zonem ethod using a high-frequency fumace. T he sam ple quality was checked in term $s$ of $m$ agnetic susceptibility and electrical resistivity, which show ed good agreem ents $w$ th the results in ref. 6,7. Synchrotron $X$-ray scattering experim ents were perform ed using a four-circle di ractom eter at beam line B L-16A 2 of the P hoton Factory in KEK. The incident $X$-ray was tuned near the $L_{\text {III }} a b-$ sorption edge of Dy ( $7: 79 \mathrm{keV}$ ), where the resonance of 2 p \$ 5d dipole transition occurs. W e investigated the ( h 00 ) re ections using a sam ple w th the (100) surface. A zim uthal-angle scans and polarization analysis using a PG analyzer-crystalw ere also carried out; the azim uthal angle is de ned to be zero when the c-axis lies in the scattering plane. The m osaic width of the sam ple was about 0:03 full width at halfm axim um (FW HM) in phase $I$, indicating the high quality of the crystal.
$F$ igure 1 show s the incident energy dependences of the ( 100 ) forbidden re ection for the $-{ }^{0}$ channel at 6 K (phase III), 15 K (phase II), and 25 K (phase I) at two azim uthal angles of $=0$ and $90 .^{12}$ The resonant enhancem ent is clearly observed around the absorption edge. W e notioe three resonant features at $=0$, which are indicated by an arrow at 7.79 keV and two bars at 7.795 keV and 7.801 keV . The resonance at 7.79 keV , the in ection point of the uorescence spectrum, disappears above $\mathrm{T}_{\mathrm{N} 1}$; this can be ascribed to the resonant exchange $m$ agnetic scattering originating from the $4 f$


Fig. 2. A zim uthal-angle dependence of the integrated intensity of the $\left(\begin{array}{lll}1 & 0 & 0\end{array}\right)$ resonant re ection at $E=7: 79 \mathrm{keV}$ for $-{ }^{0}$. The lines are ts $w$ ith $\cos ^{2}$ and $\sin ^{2}$.
m agnetic m om ent. ${ }^{13}$ The other two resonances at 7.795 keV and 7.801 keV , which exist even above $\mathrm{T}_{\mathrm{N} 1}$, can be ascribed to the anisotropic tensor susceptibility (ATS) scattering that re ects the local crystal eld anisotropy of the surrounding boron atom S.W e call th is boron-A T S scattering hereafter. The double peak energy-spectrum and the $\cos ^{2}$ dependence in intensity are the same as those in $\mathrm{GdB}_{4} .^{14,15} \mathrm{At}=90$, the boron-AT S scattering vanishes and only the resonance at 7.79 keV is observed as indicated by the arrow. W e also observed nonresonant re ection below the edge, which we ascribe to $m$ agnetic scattering; the intensity is proportional to the resonance at 7.79 keV .

W e note that the m ost m ysterious point is the existence of the intensity at $=90$ in phase II. A ccording to the sim ple $m$ agnetic structure deduced from neutron di raction, where the antiferrom agnetic $m$ om ents align com pletely along the caxis, ${ }^{6}$ the structure factor of the resonant $m$ agnetic scattering becom es proportional to cos. H ow ever, this is inconsistent $w$ ith the data of Fig. 1 (b) for 15 K . The azim uthal-angle dependence of the resonance intensity show $n$ in $F$ ig. 2 also dem onstrates that the intensity at $=90$ does not vanish in phase II. In phase III, a com plex $m$ agnetic structure is proposed by neutron scattering, where the c-plane com ponent of the $m$ agnetic $m$ om ents appears. ${ }^{6}$ It is therefore expected that the c-plane com ponent gives the intesity at $=90$.
$F$ igure 3 shows the tem perature dependences of the integrated intensity and half $w$ idth at half $m$ axim um ( HW HM ) of the ( 100 ) resonant re ection at 7.79 keV . $T$ here is an obvious di erence betw een the behavior for
$=0$ and 90 . At $=0$ the intensity rises up steeply below $\mathrm{T}_{\mathrm{N} 1}$ and saturates below about 17 K , whereas at
$=90$ it increases gradually below $\mathrm{T}_{\mathrm{N} 1}$ and exhibits a sudden increase below $\mathrm{T}_{\mathrm{N} 2}$. M oreover, the HW HM at
$=90$ is obviously broad and exhibits a sudden drop below $\mathrm{T}_{\mathrm{N} 2}$, whereas at $=0$ it is alm ost resolution lim ited and exhibits a slight broadening in phase II. It is noted that the rocking (!) scans in Fig. 3 correspond to the l-scan at $=0$ and $k$-scan at $=90$ in the hkl reciprocalspace. On the other hand, the HW HM for


Fig. 3. Tem perature dependences of (a) the integrated intensity and (b) the HW HM of the rocking scan (!) of the ( $\begin{aligned} & 1 \\ & 0\end{aligned} 0$ ) resonant re ection at $=0$ and 90 ( $\left.E=7: 79 \mathrm{keV},-{ }^{0}\right)$. The solid lines are guides for the eye. The dotted line indicates the resolution lim it estim ated from the fundam ental re ections. T he inset show s the peak pro le at 7 K and 15 K for $=90$.
the l-scan at $=90\left(0.01 \mathrm{~A}^{1}\right.$ at 16 K and 0.007 $A^{1}$ at 6 K ) is also obviously broader than the resolution ( $0.005 \mathrm{~A}^{1}$ ), whereas that for the k -scan at $=0$ is resolution lim ited, although these resolutions are much w orse because the scans correspond to the -scan. T hese results suggest that a di erent order param eter exists at $=90$, which has a short correlation length in phase II. $W$ e brie $y$ refer to the structural phase transition in phase III that has been studied using an $X$-ray from $a$ M o target ( 17.48 keV ). The single peak of the ( 006 ) reection at 16 K splits into four peaks along the h and k directions at 9 K ; the ( 1000 ) peak becom es broad along the ldirection. T hese results, together w ith the survey of som e other B ragg peaks, show that the structure changes from tetragonal to m onoclinic. The angle $\backslash \mathrm{ac}$, or $\backslash \mathrm{bc}$, is estim ated to be 89.84 at 9 K . It should be rem arked that the antiferrom agnetic dom ainsw ith the $\left(\begin{array}{lll}1 & 0 & 0\end{array}\right)$ and (0 1 0) propagation vectors result in the monoclinic distortions w thin the bc plane $(\backslash \mathrm{bc} \in 90)$ and ac plane ( $\backslash$ ac $\ddagger 90$ ), respectively; this is inferred from the fact that the (102) resonantm agnetic B ragg peak splits only along the k direction in phase III.

Let us discuss the origin of the nonzero intensity of the broad ( 100 ) resonant re ection at $=90$ in phase II. We analyze the RXS result by taking into account the c-plane com ponents of both $m$ agnetic (rank 1) and quadrupolar (rank 2) m om ents. For this purpose, we use a theory developed by Lovesey et al. which directly connects the atom ic tensors to the scattering am plitude of RXS ${ }^{11,16}$

H ere, we exam ine tw o possible $m$ odels of the in-plane


Fig. 4. M odels of possible $m$ agnetic and quadrupolar structures. $T$ he local $x$ - and $z$-axes correspond to the $c-p l a n e ~ a n d ~ c-a x i s ~$ $m$ agnetic com ponents of each D y ion, respectively. E llipses with light and dark shades represent ho $\mathrm{zx}^{\text {i-type charge distributions }}$ that are extended above and below the plane of the paper, respectively.
m agnetic and quadrupolar structures that are consistent w ith the experim ental results. They are illustrated in Fig. 4. W e take the directions of the c-plane and c-axis com ponents as the localx-and z-axes, respectively. The atom ic tensors expressed in the localxyz coordinates are assum ed to be the sam e for all the four $D$ y ions; they can be transform ed to each other by appropriate E uler rotations. Q uadrupolar $m$ om ents represented by the ellipses can coexist because of the strong spin-orbit interaction.
$T$ he unit cell structure factor of the ( $\mathrm{h}=$ odd 00 ) reection for the two m odels in F ig. 4 is w ritten as
for $E 1$ resonance and the $-{ }^{0}$ channel, where the $m$ inus sign in the second line corresponds to $\mathrm{m} o d e l \mathrm{I}$ and the plus sign to $m$ odel II; $a=\cos (2 \mathrm{hx})$ and $\mathrm{b}=\sin (2 \mathrm{hx})$;
is the $B$ ragg angle; $k_{1}$ and $k_{2}$ are constant real num bers. $N$ ote that the tensors in eq. (1) are of the 5d state; hJ i can be induced through m agnetic exchange interaction w ith $h J i_{4 f} ; h 0$ ithrough d-f Coulomb interaction $w$ th ho $i_{4 f}$ or through $m$ ixing $w$ ith the $2 p$ orbitals of boron atom $s$ (boron-A T S m echanism). ${ }^{11}$ Theboron-A T S $m$ echanism obviously gives rise to $\mathrm{hO}_{22}$ i, and this term explains the azim uthalangle dependences of the resonances at 7.795 keV and 7.801 keV in phase I. In phase II, the c-axis com ponent of the $4 \mathrm{f} m$ agnetic m om ent induceshJ $J_{z}$ i.ThehJ $J_{z}$ iterm explainsthe $\cos ^{2}$ component in the azim uthal-angle dependence of the resonance at 7.79 keV as shown in F ig. 2 .
$T$ he $\mathrm{hJ}_{\mathrm{x}}$ i and $\mathrm{hO}_{\mathrm{zx}}$ i term s , w ith the sin dependence, can explain the nonzero intensity at $=90$. H owever, because the cos and sin term sinterfere coherently in eq. (1), the structure factor can be transform ed into the form $A \cos (+)$, where $A$ and are constants. This $m$ eans that the intensity $m$ ust vanish som ew here in the azim uthal scan, which is the case in $\mathrm{G} \mathrm{DB}_{4} .^{14} \mathrm{H}$ ow ever, the experim entaldata in F ig. 2 do not support this $\operatorname{sim}$ ple scenario. The data suggest that the cos and sin term s contribute independently rather than interfere 00 herently. This is dem onstrated by the lines in Fig. 2. It
seem s that the resonance at $=90$ represents the inplane com ponents $\mathrm{hJ}_{\mathrm{x}}$ i and $\mathrm{hO}_{\mathrm{zx}}$ i, and the resonance at
$=0$ represents the $h J_{z} i$ and $\mathrm{hO}_{22}$ imom ents, respectively.

A possible reason for this behavior is that the correlation length the of $\mathrm{hJ}_{\mathrm{x}} \mathrm{i}$ and $\mathrm{hO}_{\mathrm{zx}}$ i com ponents is much shorter than that of $\mathrm{hJ}_{\mathrm{z}} \mathrm{i}$ and $\mathrm{hO}_{22} \mathrm{i}$. By tting the k -scan pro le at $=90 \mathrm{w}$ ith a Lorentzian that is convoluted $w$ ith the resolution function, the correlation length of $h J_{x} i$ and $\mathrm{hO}_{z x} i$ along the b-axis is esti$m$ ated to be ( $1: 4 \quad 0: 1$ ) $\quad 10^{3} \mathrm{~A}$ at 15 K in phase II and (4:2 0.2) $\quad 10^{3} \mathrm{~A}$ at 7 K in phase III. The correlation length along the c-axis is also short, less than the resolution of $1: 5 \quad 10^{3} \mathrm{~A}$ although precise estim ation was di cult. On the other hand, the correlation of $\mathrm{hJ}_{\mathrm{z}}$ i and $\mathrm{hO}_{22} \mathrm{i}$ along the c-axis estim ated from the l-scan pro le at $=0$ is (9:2 $0: 5) \quad 10^{3} \mathrm{~A}$ at 15 K and over $2 \quad 10^{4}$ A, the resolution lim it, at 7 K . T he correlation along the b-axis is also expected to be longer than the resolution lim it of $1: 5 \quad 10^{3} \mathrm{~A}$. Then, the volum e fraction from which the scattering occurs coherently is $m$ uch sm aller for $h J_{x}$ i and $\mathrm{hO}_{\mathrm{zx}}$ i than for $\mathrm{hJ}_{\mathrm{z}} \mathrm{i}$ and $\mathrm{hO}_{22} \mathrm{i}$. T herefore, the cos and $\sin$ terms in eq. (1) alm ost do not interfere and they give re ections independently.

Thus, we consider that the resonance at $=90 \mathrm{re}-$ ects $h_{x}$ i or $\mathrm{hO}_{z x}$ i, which is induced by the $m$ agnetic or quadrupolar $m$ om ents of the $4 f$ electrons, respectively. T he peak pro les are clearly broadened in phase II, indicating that the correlation length is short. Furtherm ore, these in-plane com ponents are considered to be uctuating. This is supported by neutron pow der di raction in phase II, which show s that hgJ $J_{z} i_{4 f}$ is only 6.9 в while the full m om ent is 10 в..$^{6}$ The strong ultrasonic attenuation in the $C_{44} \mathrm{~m}$ ode also supports the uctuation of $\mathrm{hO}_{\mathrm{zx}} \mathrm{i}$. ${ }^{7}$ In phase III, neutron di raction shows that an in-plane com ponent of 5.3 в appears, resulting in a total m om ent of 8.8 в ; the ultrasonic attenuation and softening also stop.RXS at $=90$ shows that the correlation length becom es longer, although it is not as long as the resolution lim it. These results show that the uctuation stops in phase III and a static short-range order of $h J_{x} i$ and $\mathrm{hO}_{\mathrm{zx}} \mathrm{i}$ rem ains.

W hich of $\mathrm{hJ}_{\mathrm{x}} \mathrm{i}$ and $\mathrm{hO}_{\mathrm{zx}} \mathrm{i}$ is dom inant in this re ection? Unfortunately, it is not distinguishable from the present experim ental results and from eq. (1) because the two factors are com pletely in phase. In the present case ofD $\mathrm{yB}_{4}$, because $\mathrm{J}_{z} \mathrm{i}$ is nite, $\mathrm{hO}_{\mathrm{zx}}$ i willbe induced if $h J_{x} i$ arises because of the strong spin-orbit coupling, and $\mathrm{hJ}_{\mathrm{x}}$ i will be induced if $\mathrm{hO}_{\mathrm{zx}} \mathrm{i}$ arises as well. Ultrasonic attenuation and softening of the $\mathrm{C}_{44} \mathrm{~m}$ ode seem to support the dom inance of $\mathrm{h}_{\mathrm{zx}}$ i. It would be possible to distinguish if we could investigate by RXS the relative change in the signal for $h=1,3$, and 5 of the ( $h 00$ ) re ection through changes in the factors a and $b$, which have di erent $h$ dependences.
$W$ th respect to the origin of the short-range correlation and uctuation of the in-plane $m$ om ent, one plausible scenario is that the $h \mathrm{~h}_{\mathrm{zx}}$ im om ents in the triangular connection of the D y lattice experience frustration. If we assum e the charge distribution of the $4 f$ electrons prefer to avoid each other, the arrangem ent of $\mathrm{hO}_{z x} i$ in $m$ odels

I and II experiences frustration, which could lead to an orbital liquid state.

W e consider that the static order of the in-plane mo$m$ ents takes place when the frustration is rem oved by the lattice distortion. T he arrangem ent of the ho $\mathrm{zx}^{\text {i-type }}$ quadrupolar m om ent in $m$ odels I and II w ill favor a uniform lattice distortion through a cooperative Jahn-Teller $e$ ect into a m onoclinic structure where the bc plane is distorted $(\backslash \mathrm{bc} \in 90)$. This is consistent w th the experim ental result in phase III. A possible space group of them onoclinic phase allow ed by Landau theory is $\mathrm{P} 2_{1}=\mathrm{C}$, where all the atom ic sites are described by the 4 e site. ${ }^{17}$ It is intriguing that the peak width at $=90$ is still broader than the resolution lim it, which $m$ eans that the correlation length does not diverge.

In sum mary, we have investigated the phase transitions occuring in the Shastry-Sutherland lattice ofD yB 4 by resonant $X$-ray scattering, and detected the shortrange correlated in-plane $m$ om ents $h J_{x} i$ and $h 0_{z x} i$. T hey are expected to be uctuating in the high-tem perature antiferrom agnetic phase because of frustration and they change into possessing a static order w th short-range correlation in the low -tem perature phase w ith $m$ onoclinic distortion. T he present results indicate that the doublet ground state rem ains well below $\mathrm{T}_{\mathrm{N} 1}$ despite the m agnetic ordering, at which the c-axis com ponent is xed and the pseudo-quartet should be split into four singlets by the Zeem an e ect. W hy does the doublet exist in P hase II? W hat kind of quadrupolar degeneracy is realized? Such fundam entalissues need to be solved in future studies.

The authors are indebted to R . W atanuki for m any fruitfuldiscussions.W e also thank S.K unii, K . H oriuchi, M. O nodera, H. Shida for assistance in single-crystal grow th, Y.W akabayashi for experim ental support, and K. Iw asa and K. Suzuki for pro table discussions. This study $w$ as perform ed w th the approval of the $P$ hoton Factory P rogram A dvisory C om m ittee ( N o. 2004G 235), and was supported by the 21st century center of excellence program, and by a G rant-in-A id for Scienti c Research from the Japanese Society for the $P$ rom otion of Science.

[^1]to the c-axis as the c-axis com ponent and c-plane com ponent, respectively.
11) T.M atsum ura, D. O kuyam a, N. O um i, K . H irota, H.N akao, Y.M urakam i and Y.W akabayashi: Phys. Rev. B 71 (2005) 012405.
12) N o re ection was observed for $-{ }^{0}$ at any azim uthal angle.
13) J.P.H annon, G.T.T ram m ell, M .B lum e and D.G ibbs: $P$ hys. Rev. Lett. 61 (1988) 1245 E rrata, 62 (1989) 2644].
14) S.Ji, C.Song, J. K oo, K .B. Lee, Y.J. Park, J. Y. K im , J. H .

Park, H.J.Shin, J.S.R hyee, B.H.Oh and B.K.Cho: Phys. Rev. Lett. 91 (2003) 257205.
15) S.W . Lovesey, J. Femandez R odr guez, J. A.B lanco and P. J. B rown: Phys. Rev. B 70 (2004) 172414.
16) S.W .Lovesey and K .S.K night:P hys.R ev.B 64 (2001) 094401.
17) H.T.Stokes and D.M.H atch: Isotropy subgroups of the 230 C rystallographic Space G roups (W orld Scienti c, Singapore, 1988).


[^0]:    E m ail address: oku@ izyo phys.tohoku .ac.jp

[^1]:    1) M.M ekata: J. P hys. Soc. Jpn. 42 (1977) 76.
    2) I.M irebeau and I.N .G oncharenko: J.P hys.: C ondens.M atter 17 (2005) S771.
    3) F.R eynaud, D .M ertz, F .C elestini, J.M .D eb ierre, A .M .G horayeb, P.Sim on, A. Stepanov, J.V oiron and C.D elm as: $P$ hys. Rev. Lett. 86 (2001) 3638.
    4) V . Fritsch, J. H em berger, N. B uttgen, E.W . Scheidt, H. .A . K rug von N idda, A . Loidl and V. T surkan: P hys. R ev. Lett. 92 (2004) 116401.
    5) B.S.Shastry and B.Sutherland: Physica 108B (1981) 1069.
    6) R.W atanuki: Ph.D. thesis, Yokoham a $N$ ational U niversity (2004).
    7) R . W atanuki, G . Sato, K . Suzuki, M . Ishihara, T. Y anagisaw a, Y.N em oto and T.G oto: to be published in J.P hys. Soc. Jpn. 74 (2005).
    8) H. K ageyam a, K. Yoshim ura, R.Stem, N.V.M ushinikov, K. O nizuka, M . K ato, K . K osuge, C.P.Slichter, T . G oto and Y. U eda: P hys. Rev. Lett. 82 (1999) 3168.
    9) S.M iyahara and K.U eda: Phys. Rev. Lett. 82 (1999) 3701.
    10) W e call the m agnetic com ponents parallel and perpendicular
